The Slater–Pauling curve: First principles calculations of the moments of Fe$_{1-c}$ Ni$_c$ and V$_{1-c}$ Fe$_c$

Duane D. Johnson, University of Bristol
F. J. Pinski, University of Cincinnati
J. B. Staunton, University of Warwick

Available at: https://works.bepress.com/duane_johnson/93/
The Slater–Pauling curve: First principles calculations of the moments of Fe$_{1-c}$Ni$_c$ and V$_{1-c}$Fe$_c$

D. D. Johnson, F. J. Pinski, and J. B. Staunton

Citation: Journal of Applied Physics 61, 3715 (1987); doi: 10.1063/1.338670

View online: http://dx.doi.org/10.1063/1.338670

View Table of Contents: http://scitation.aip.org/content/aip/journal/jap/61/8?ver=pdfcov

Published by the AIP Publishing

Articles you may be interested in

Structural variants and the modified Slater-Pauling curve for transition-metal-based half-Heusler alloys

Electronic structure and Fe moment distribution in a-Fe$_{1-x}$B$_x$ glass by first-principles calculations
J. Appl. Phys. 70, 6305 (1991); 10.1063/1.349976

Generalized Slater–Pauling curve and the role of metalloids in Fe-based amorphous alloys
J. Appl. Phys. 67, 5793 (1990); 10.1063/1.345966

Modeling Slater-Pauling curves
AIP Conf. Proc. 29, 161 (1976); 10.1063/1.30561

The Group Relation Between the Mulliken and Slater-Pauling Theories of Valence
The Slater-Pauling curve: First principles calculations of the moments of Fe$_{1-c}$Ni$_c$ and V$_{1-c}$Fe$_c$

D. D. Johnson  
*H. H. Wills Physics Laboratory, University of Bristol, United Kingdom*

F. J. Pinski  
*Physics Department, University of Cincinnati, Cincinnati, Ohio 45221 and Metals and Ceramics Division, Oak Ridge National Laboratory, Oak Ridge, Tennessee 37831*

J. B. Staunton  
*Department of Physics, University of Warwick, Coventry, United Kingdom*

We have performed calculations of the electronic structure of the random substitutional alloys Fe$_{1-c}$Ni$_c$ and V$_{1-c}$Fe$_c$ using the spin-polarized, self-consistent Korringa–Kohn–Rostoker coherent-potential approximation (KKR-CPA) method. This is a first principles method based on spin density functional theory and a local spin density approximation for the exchange and correlation functional. For fcc Fe$_{1-c}$Ni$_c$, a range of volumes were considered for $0.25 < c < 1.0$, and it was found that the moments are sensitive to the volume in the Fe-rich alloys near the INVAR concentration. In bcc V$_{1-c}$Fe$_c$, we find the average moments to decrease linearly with vanadium concentration (in the Fe-rich alloys) and the vanadium moment to be antiparallel to the iron moment. The moments vanish when the vanadium concentration becomes greater than 0.7 which is in good agreement with experiment. In V$_{1-c}$Fe$_c$, in contrast to bcc Fe$_{1-c}$Ni$_c$, the bonding–antibonding “valley” of the minority density of states (in which the Fermi level is pinned) persists over a wide range of concentrations.

I. INTRODUCTION

Although the existence of magnetism in binary alloys has been studied for a long time, a first-principles microscopic description has not been developed. All attempts of such a description have omitted one or more key ingredients. The simplest of these attempts is based on the rigid-band model. In spite of some successes, the rigid-band model does not include (and therefore cannot explain) the effects due to chemical differences, other than the electron per atom ratio ($c/\alpha$), nor due to chemical disorder. Cluster calculations place too much emphasis on local environment effects, neglecting the long-range effects of the electronic structure. These calculations also have a large surface-to-volume ratio, which limits their credibility. Calculations for ordered alloys have been important for understanding chemical effects, but in ordered arrangements bonding may be enhanced. The virtual crystal approximation does average over the chemical species, but it is too crude for an accurate description of many properties especially of the electronic states. Although tight-binding calculations use a sophisticated averaging scheme, parameters are introduced and the electrons are treated in a non-self-consistent manner.

We have embarked on a program to understand magnetic alloys from an *ab initio*, parameter-free description. We use the spin-polarized, self-consistent Korringa–Kohn–Rostoker coherent-potential approximation (KKR-CPA) and the multiple scattering version of the coherent potential approximation (CPA). This is a first principles theory of the electronic structure, which uses the CPA mean field theory to average over the chemical disorder. In our first calculations for magnetic alloys we found the effects of disorder significant in determining the electronic structure and in understanding the stability of magnetism, and therefore the overall stability.

Naively, disorder should be harmful to the existence of magnetism, since disorder smears the sharp structures in the electronic density of states (DOS) and a large $n(\epsilon_f)$, density of states at the Fermi level, is needed to meet the Stoner criterion. However, this argument fails, because the Stoner condition is applied before the exchange splitting of the electron states was included. When no moments exist, electrons of either spin are equally scattered by the disorder. In spin-polarized calculations, it is possible for the effects of the disorder to be confined to electrons of one spin. In previous calculations for Fe$_{0.65}$Ni$_{0.35}$ we showed that the majority density of states was very sharp, which implies electron states with long lifetimes and with a large spatial extent. These majority electrons are able to hop to any site; the minority electrons tend to be confined to one chemical species. The sharpness of the majority density of states implies an energy width $\Delta \epsilon$ of an electron state that is much smaller than the exchange splitting $\Delta$. If $\Delta$ and $\Delta \epsilon$ are comparable, the moment cannot be sustained, which happens in fcc Fe$_{0.75}$Ni$_{0.25}$.

II. RESULTS

We have performed a series of calculations on bcc V$_{1-c}$Fe$_c$ and on both bcc and fcc Fe$_{1-c}$Ni$_c$. The formalism and calculational method have been described elsewhere. These calculations used the local density approximation.
for the exchange-correlation functional. The angular momentum expansion has been truncated at \( l = 2 \). In solving the fundamental equations of the KKR-CPA, the real-space formalism of Winter and Stocks was used\(^1\) and we have included five shells of neighbors. Sums over energy eigenstates were carried out in the complex plane\(^2\) to facilitate convergence of potentials and charge densities. We have used the experimental lattice constants for \( V_{1-c} Fe_c \). To elucidate the sensitivity to the volume seen in previous calculations,\(^3\) we have performed calculations for the fcc \( Fe_{1-c} Ni_c \) alloys at three different lattice constants. In the bcc \( Fe_{1-c} Ni_c \) alloys, where we do not expect such sensitivity we used one lattice constant, \( a = 5.30 \) a.u.

A summary of the results is given in Fig. 1, where the average and individual moments are plotted as a function of energy. For bcc \( V_{1-c} Fe_c \), the calculations show an almost linear dependence of the average moment in the iron-rich alloys, which is in good agreement with experimental measurements.\(^4\) In spite of this simple behavior of the average moment, both individual moments show a complicated dependence on energy. As vanadium is added to iron, the iron moment increases slightly before decreasing, which is in disagreement with recent tight-binding CPA calculations,\(^5\) but in agreement with the neutron scattering experiments of Mirebeau, Parette, and Cable.\(^6\) This maximum is due to the filling of the majority \( d \) band. The majority \( d \) band, as still more vanadium is added, acquires a long extended tail due to disorder whose upper part is unoccupied. The correspond-

![FIG. 2. Density of states for bcc \( V_{50} Fe_{50} \) plotted as a function of energy (relative to the Fermi level).](image)

![FIG. 3. A schematic picture of the energy levels of the iron-vanadium system.](image)
and bonding. The moments collapse when the vanadium concentration reaches ~70%.15 We have not tried to pin down this concentration more precisely, because of the limitations of the mean field approximation inherent in the CPA.

Now consider the bcc Fe$_{1-x}$Ni$_x$ alloys. In Fig. 1, the majority $d$ band fills and the average moment grows with addition of small amounts of nickel, in agreement with experiment.20 The smearing of the DOS happens in the minority spin channel as in our previous calculations.9 As small amounts of nickel are added to iron, the bonding–antibonding valley in the minority density of states fills (see Fig. 4), in contrast to the case when vanadium is added to iron. A large number of antibonding states (in the minority spin channel) become occupied, which is destabilizing.

Now we turn our attention to the fcc Fe$_{1-x}$Ni$_x$ calculations. As shown in Fig. 1, the average moment is linear in concentration as iron is added to nickel. The majority $d$ band is filled as long as this linear increase continues. As the iron content is increased, the iron moment slowly decreases and the nickel moment increases. To show the sensitivity of moment as the iron concentration nears 70%, we carried out calculations at three lattice constants, 6.76, 6.63, and 6.50 a.u. At the smallest lattice constant, no magnetic solution to the KKR-CPA equations has been found when the iron concentration is 75%. In contrast to ordered calculations,4 the Fermi level in the paramagnetic density of states is not near any peaks. As the volume is compressed or as the iron concentration is increased, the Fermi level is pushed into the majority $d$ bands and the moment collapses very abruptly, as in pure fcc iron.21 The top edge in the alloy majority $d$ band consists mainly of iron states. Hence, the collapse of the magnetization is precipitated by the collapse of the iron moment.

III. CONCLUSION

We have performed a set of first principles calculations for two magnetic iron binary alloy systems and conclude that our calculations describe and explain the Slater–Pauling curve.

ACKNOWLEDGMENTS

Research sponsored in part by the SERC of Great Britain and by the Division of Materials Sciences, U.S. Department of Energy under contract DE-AC05-84OR221400 with Martin Marietta Energy Systems, Inc. One of us (F.J.P.) wishes to acknowledge the hospitality of the University of Bristol, where some of this work was done, and the Los Alamos National Laboratory where the manuscript was written.

1For example, see the investigation of the magnetic properties of iron-nickel alloys in J. Hopkinson, Proc. R. Soc. London 47, 23 (1889).